Cochis, Andrea; Azzimonti, Barbara; Chiesa, Roberto; Rimondini, Lia; Gasik, Michael

**Metallurgical Gallium Additions to Titanium Alloys Demonstrate a Strong Time-Increasing Antibacterial Activity without any Cellular Toxicity**

Published in:
ACS Biomaterials Science and Engineering

DOI:
10.1021/acsbiomaterials.9b00147

Published: 02/05/2019

*Document Version*
Publisher's PDF, also known as Version of record

*Published under the following license:*
CC BY

*Please cite the original version:*
Cochis, A., Azzimonti, B., Chiesa, R., Rimondini, L., & Gasik, M. (2019). Metallurgical Gallium Additions to Titanium Alloys Demonstrate a Strong Time-Increasing Antibacterial Activity without any Cellular Toxicity. ACS Biomaterials Science and Engineering, 5(6), 2815-2820. https://doi.org/10.1021/acsbiomaterials.9b00147

This material is protected by copyright and other intellectual property rights, and duplication or sale of all or part of any of the repository collections is not permitted, except that material may be duplicated by you for your research use or educational purposes in electronic or print form. You must obtain permission for any other use. Electronic or print copies may not be offered, whether for sale or otherwise to anyone who is not an authorised user.
Metallurgical Gallium Additions to Titanium Alloys Demonstrate a Strong Time-Increasing Antibacterial Activity without any Cellular Toxicity

Andrea Cochis,†‡§ B,arbara Azzimonti,†‡§ Roberto Chiesa,‡∥ Lia Rimondini,†‡§ and Michael Gasik†∥‡§

†Department of Health Sciences, Università del Piemonte Orientale (UPO), Via Solaroli 17, 28100 Novara, Italy
‡Consorzio Interuniversitario Nazionale per la Scienza e Tecnologia dei Materiali INSTM, Via Giusti 9, 50121 Firenze, Italy
§Interdisciplinary Research Center of Autoimmune Diseases (IRCAD), Center for Translational Research on Autoimmune and Allergic Diseases — CAAD, C.so Trieste 15/A, 28100 Novara, Italy
∥Department of Chemistry, Materials and Chemical Engineering ‘G. Natta’, Politecnico di Milano, Via Mancinelli 7, 20131 Milano, Italy
‡§School of Chemical Engineering, Aalto University Foundation, P.O. Box 16100, 00076 AALTO, Finland

ABSTRACT: Orthopedic metallic devices are often related with devastating complications due to acute prosthetic joint infections. Gallium (Ga) antibacterial activity has been demonstrated by the evidence that Ga in solution ionizes in a Ga3+ trivalent form that replace Fe3+ thus arresting metabolism. However, it is not clear whether such effect is restricted only to Ga3+ release laps. Accordingly, here we investigated Ga addition into titanium alloys using metallurgical methods, thus realizing intermetallics of a very high stability that contain Ga in the range of 1, 2, 20, and 23% wt. ICP-OES analysis confirmed that Ga ions were not released from the specimens regardless of the Ga amount. These alloys ensured long-lasting Ga effect toward multidrug resistant Staphylococcus aureus, whose metabolic activity was reduced of >80% in comparison with controls. Finally, specimens cytocompatibility was confirmed by direct and indirect contact evaluations with mature osteoblasts and preosteoblasts progenitor cells.

KEYWORDS: biofilm, gallium, titanium alloy, antibacterial, orthopedic, cytocompatibility

INTRODUCTION

Orthopedic medical devices are aimed as a treatment of a wide range of skeletal diseases and disabilities.¹−³ As for any surgery, complications might arise after implantation, and those of main concern are usually associated with prosthetic joint infections (PJI). PJIs are known to be a devastating hurdle linked with substantial patient morbidity.⁴ In general, quality of life of the patients is radically compromised due to PJI, causing immobility and excess pain. A revision to correct the situation commonly requires a multistage additional operation with extra costs, time, and bone/soft tissue loss.

Multiresistant pathogens (bacteria) present in the patient or brought externally into the wound greatly increase risk of secondary complications (over 25%), even leading to death.⁵,⁶ Most of the pathogenic microorganisms cannot be easily avoided because of their presence in the host flora and in the hospitals operating rooms.⁷,⁸ The alarming issue in PJI is fast growing due to resistance of these bacterial strains against all known antibiotics and antibacterial drugs.

Bacteria colonize on the surfaces of medical devices (implants) leading to diverse populations of bacteria/fungi into the autogenous extracellular matrix, forming biofilms. These biofilms may also comprise different multivalent cations, inorganic particles, colloidal, and other dissolved compounds.

Both Gram-negative (such as P. aeruginosa, P. fluorescens, E. coli) and Gram-positive (S. epidermidis, S. aureus, enterococci) bacteria are responsible for such infections, where Staphylococci are usually associated with metallic and polymer biomaterials in orthopedic implants.⁹ Biofilm offers a good protection for bacteria from the environment and the patients’ immune system response as well as from antibiotics (thousands times more than planktonic bacteria).⁹ Intercellular biofilm communications (“quorum sensing”) stimulate the gene expression and enable temporal adaptation, substantially improving pathogens ability to survive in “harsh” conditions.⁹,¹⁰ For example, a 100 000-fold decrease of minimal infecting dose of S. aureus causing permanent abscess just due to the presence of the implant has been reported.¹⁰

Most of metallic biomaterials for orthopedic applications are nowadays based on titanium alloys thanks for their optimal combination of critical properties.¹¹−¹³ Biofilm formation on
Titanium alloys is highly dependent on the biomaterial surface state, treatment, roughness, and composition of the alloy; accordingly, these material parameters should be targeted against bacteria without decreasing the affinity with the native tissue that is fundamental for a successful implant integration.\(^\text{14,15}\)

The biofilm eradication from contaminated surfaces is still very challenging (or simply not possible), and disappointing results in antibiotics therapies often lead to device replacement. Therefore, intense research is focused on the devices’ surface modification to prevent bacteria adhesion.\(^\text{16}\)

Because biofilm is able to proliferate the infection to the surrounding tissues, an ideal device design must forecast to prevent the biofilm formation and thus to protect nearby tissues. The general approaches are thus (i) incorporation or coating of potential bacteria-killing agents such as antibiotics, silver, and so forth or (ii) suppression or prevention of biofilm matrix development by dispersing agents, quorum sensing silencing, or other combined cues. For titanium biomaterials, one of the options is doping or alloying with other metals (like Ag, Cu, Zn) capable of reduction of biofilm formation. Especially, silver is well recognized as a powerful bacteria killer agent, despite some concerns for Ag ions on cell toxicity.\(^\text{17–19}\)

Gallium (Ga) is a novel attractive player in the large category of inorganic antimicrobial agents potentially due to its ability to replace Fe\(^{3+}\) in bacterial metabolism.\(^\text{20,21}\) The similarity of Ga\(^{3+}\) and Fe\(^{3+}\) in terms of charge, ionic radius, mass, electronic configuration, and coordination number simplifies iron substitution with gallium into siderophore-dependent biological systems.\(^\text{22}\) The key difference, however, is that Ga\(^{3+}\) cannot be reduced to lower oxidation states in the same manner as Fe\(^{3+}\) to Fe\(^{2+}\), so the vital redox processes become irreversible in impairing related bacterial biological functions to cease.\(^\text{20–22}\) Gallium owns also unique antibacterial properties that are very different from other ions: as an example, authors have recently demonstrated that negative effects of silver could be overridden with coatings containing gallium ions.\(^\text{20}\) Gallium was reported also to have antiresorptive effects on bone and bone fragments blocking osteoclast resorption after being absorbed onto the bone surface, without visible cytotoxic effects.\(^\text{21}\) Moreover, it was sown that Ga\(^{3+}\) can directly stimulate bone formation; the formulation with gallium nitrate is now used in clinical practice to counteract bone defects due to hypercalcemia.\(^\text{7}\)

Despite the evidence of such large positive effects for infection and bone treatment, it is not yet clear whether such highly positive effects are typical to Ga\(^{3+}\) release, and how this would affect longer term performance.

According to these premises, in this study we evaluate the hypothesis that addition of gallium is also possible to titanium alloys using metallurgical methods, similarly to how aluminum is being alloyed. As gallium and aluminum are analogous, some presence of aluminum in the alloy might be beneficial during melting.\(^\text{24}\) On the other hand, despite its low melting point gallium has a very high boiling point and it forms intermetalides with titanium of a very high stability.\(^\text{25}\) Some presence of silicon in titanium is beneficial to be an effective strengthening agent and for improvement of creep, oxidation, and corrosion resistance,\(^\text{11,28}\) as also observed for zirconium and niobium additions.

## EXPERIMENTAL SECTION

**Materials.** Titanium alloys with different compositions were prepared using melting under argon atmosphere using pure (>99.0% wt.) granulated elements (Goodfellows, U.K.) and die cast into uncooled steel mold to obtain rods of \(\sim 15\) mm diameter. The rods

![Figure 1. Microstructures of the 1% (a,d), 2% (b,e), and 20% (c,d) wt. Ga alloys observed by SEM at different magnifications (upper panel = 400×, lower panel = 2.5K×). The formation of intermetallic phases with hexagonal symmetry as well as primary crystals following eutectic-like phase are clearly seen for 20% Ga alloy. (g–i) Main average phase compositions (% wt., balance Ti) as identified by SEM microanalysis. The approximate intermetallics grain composition (darker than matrix, some examples indicated by the red arrows) is \((\text{Ti,Zr})_3(\text{Si,Al,Ga})\) for 1% and 2% Ga alloy and \((\text{Ti,Zr})_5(\text{Si,Al,Ga})_3\) for 20% Ga.](image-url)
Similarly, when cells were directly seeded onto the alloys (polystyrene composition were evident (Figure 1). The Al, Si, and Zr-free alloy changes in the intermetallic phase, overall microstructure, and phase with 23% Ga did not exhibit intermetallics, showing a uniform very microanalysis (Figure 1), gallium is rather uniformly present in all the compounds. However, as seen from the microstructure (SEM) and concentration would likely to spread it into the intermetallic phases during solidification. Low-gallium concentrations are expected to localize gallium within the titanium-rich α-matrix, whereas higher concentration would likely to spread it into the intermetallic compounds. Also, Ti-23% Ga without other additions was prepared in the same way. These compositions were optimized by calculation of the phase equilibria to ensure that no brittle phases (high-gallium intermetallics) or unfavorable microstructure would form during solidification. Gallium ions release was quantified from Dulbecco’s modified Phosphate buffered saline solution (D-PBS, Sigma-Aldrich, Milan, Italy) soaked materials 1 Ga and 23 Ga. These alloys were selected as representative for the lowest and higher Ga amount insider the test specimens’ group. Tests were performed in triplicate for two time points, 3 and 7 days. Samples, whose surface average was 3 cm², were placed in Falcon tubes filled with 6 mL of D-PBS and maintained in static condition at 37 °C. At day 3, the solutions were totally removed and stored at 5 °C until analysis, and Falcon tubes were refilled with 6 mL of fresh D-PBS. At day 7, the solutions were totally collected and stored at 5 °C until analysis before analysis. Inductively coupled plasma–optical emission spectrometry (ICP-OES) analysis failed to reveal any trace of Ga ions into the collected solutions (data not shown; all results were negative), confirming that no ions were released into the liquid (or at least that no volume >20 μg/L that represents the instrument limit of detection were released).

**Cells.** Cells were purchased from the American Type Culture Collection (ATCC, Manassas, U.S.A.). Human fetal progenitor hFOB (ATCC CRL-11372) and human osteosarcoma U2OS cells (ATCC HTB-96) were selected for cytocompatibility experiments. hFOB were cultivated in MEM/F12 mixture (50:50), 10% fetal bovine serum (FBS), 1% penicillin/streptomycin, 0.3 mg/mL G418 salt at 34 °C, 5% CO₂, and U2OS were cultivated in DMEM 10% FBS, 1% penicillin/streptomycin (all Sigma-Aldrich, Milan, Italy) at 37 °C and 5% CO₂ (all cells until 80% confluence), then detached with trypsin–EDTA solution and used for experiments. The stability of the alloys was intended also as the ability to retain Ga ions in contact with solutions. Gallium ions release was quantified from Dulbecco’s modified Phosphate buffered saline solution (D-PBS, Sigma-Aldrich, Milan, Italy) soaked materials 1 Ga and 23 Ga. These alloys were selected as representative for the lowest and higher Ga amount insider the test specimens’ group. Tests were performed in triplicate for two time points, 3 and 7 days. Samples, whose surface average was 3 cm², were placed in Falcon tubes filled with 6 mL of D-PBS and maintained in static condition at 37 °C. At day 3, the solutions were totally removed and stored at 5 °C until analysis, and Falcon tubes were refilled with 6 mL of fresh D-PBS. At day 7, the solutions were totally collected and stored at 5 °C until analysis before analysis. Inductively coupled plasma–optical emission spectrometry (ICP-OES) analysis failed to reveal any trace of Ga ions into the collected solutions (data not shown; all results were negative), confirming that no ions were released into the liquid (or at least that no volume >20 μg/L that represents the instrument limit of detection were released).

**Cells.** Cells were purchased from the American Type Culture Collection (ATCC, Manassas, U.S.A.). Human fetal progenitor hFOB (ATCC CRL-11372) and human osteosarcoma U2OS cells (ATCC HTB-96) were selected for cytocompatibility experiments. hFOB were cultivated in MEM/F12 mixture (50:50), 10% fetal bovine serum (FBS), 1% penicillin/streptomycin, 0.3 mg/mL G418 salt at 34 °C, 5% CO₂, and U2OS were cultivated in DMEM 10% FBS, 1% penicillin/streptomycin (all Sigma-Aldrich, Milan, Italy) at 37 °C and 5% CO₂ (all cells until 80% confluence), then detached with trypsin–EDTA solution and used for experiments. The stability of the alloys was intended also as the ability to retain Ga ions in contact with solutions. Gallium ions release was quantified from Dulbecco’s modified Phosphate buffered saline solution (D-PBS, Sigma-Aldrich, Milan, Italy) soaked materials 1 Ga and 23 Ga. These alloys were selected as representative for the lowest and higher Ga amount insider the test specimens’ group. Tests were performed in triplicate for two time points, 3 and 7 days. Samples, whose surface average was 3 cm², were placed in Falcon tubes filled with 6 mL of D-PBS and maintained in static condition at 37 °C. At day 3, the solutions were totally removed and stored at 5 °C until analysis, and Falcon tubes were refilled with 6 mL of fresh D-PBS. At day 7, the solutions were totally collected and stored at 5 °C until analysis before analysis. Inductively coupled plasma–optical emission spectrometry (ICP-OES) analysis failed to reveal any trace of Ga ions into the collected solutions (data not shown; all results were negative), confirming that no ions were released into the liquid (or at least that no volume >20 μg/L that represents the instrument limit of detection were released).
The cells viability was evaluated by the colorimetric metabolic assay as previously detailed in the indirect assay. After 2 h of adhesion onto the specimens (MDR) S. aureus broth cultures were diluted into fresh LB medium and specimens were rinsed with 2 mL of fresh LB medium to select surface within the 7 days of direct contact. Both hFOB (Figure 2a) and U2OS (Figure 2b) cells were counted. Biofilm cells cultivated onto polystyrene dishes were diluted in 180 μL of PBS. Afterward, detached cell suspension was used to perform six 10-fold scalar dilutions by mixing 20 μL of bacteria solution with 180 μL of sterile PBS. Afterward, detached cell suspension was used to perform six 10-fold scalar dilutions by mixing 20 μL of bacteria solution with 180 μL of sterile PBS. From each dilution, 20 μL were collected and spotted into new LB agar plates and incubated at 37 °C until single round colonies were observed. The colonies forming unit number (CFU) were calculated as

\[ \text{CFU} = \left( \frac{\text{number of colonies} \times \text{dilution factor}^{\text{serial dilution}}} \right) \]

where “number of colonies” means countable round single colonies, “dilution factor” means a dilution from the initial 1 mL solution, “serial dilution” comprises 1–6 10-fold dilution area where colonies were counted. Biofilm cells cultivated onto polystyrene dishes were used as null control and those of gallium-free alloy (TNZ with 2.2% Si) as an alloy control.

**Statistical Analysis of Data.** All these experiments were performed in triplicate. Data were analyzed using SPSS software (v. 25, IBM, NY, U.S.A.) by means of one-way ANOVA followed by the Tukey’s test as post hoc analysis. Significance level was set at \( p < 0.05 \).

**RESULTS AND DISCUSSION**

Alloys were first analyzed on their cytocompatibility, and the results are shown in Figure 2. The indirect (Figure 2a,b) assay confirmed that no toxic elements were released into the culture media from the specimens’ surface within the 7 days of direct contact. Both hFOB (Figure 2a) and U2OS (Figure 2b) cells reported similar RFU values in comparison with controls. These data are in accordance to those obtained from ICP-OES.
analysis that excluded the presence of ions in the physiological solution applied for the soaking.

When cells were directly cultivated onto alloys' surface in the direct assay (Figure 2c,d), no significant differences were noticed by comparing the metabolic activity obtained by the cells on the samples' surface and the control ones in polystyrene wells (a−d, p > 0.05). These results were evaluated at each time-point (24, 48, and 72 h) when the cells viability was measured, thus demonstrating that cytocompatibility is not related or limited by the exposure time. Moreover, cells proliferated rather well as seen by the constant increase in fluorescence signals due to cells number increase.

Specimens' in vitro direct antibacterial activity evaluation results are reported in Figure 3. As seen, all specimens with gallium have displayed an effective activity in reducing S. aureus biofilm viability in comparison with polystyrene controls (a−d, data with p < 0.05 are indicated by asterisk). The bacteria killing activity seems to be related to Ga amount and time. Already at 24 h, results of bacteria viability was reduced by about 70−80% (Figure 3a) and CFU number by about 3−4 logs (Figure 3c) for 20 and 23% Ga specimens. Alloys with 1 and 2% Ga decreased S. aureus biofilm viability of <50% and <3 logs, which is considered the minimal effective ratio to define as “antibacterial” for a novel treatment. So, 20 and 23% Ga alloys were significant in respect to other Ga-doped specimens (Figure 3a−d, p < 0.05, indicated by # and §, respectively). However, looking at the 48 and 72 h (Figure 3b,d) time-points, the effect of these alloys was substantially increased, showing a time-dependent activity.

After 72 h a similar reduction of about 85−95% in viability was observed for all Ga-alloyed specimens. A S-log decrease in CFU number was detected for alloys with 2% Ga and more after 72 h. Both alumariBlue and CFU count assays displayed a continuous reduction in biofilm viability and number that is due to gallium progressive entry in bacteria metabolism. As expected, no effect was noticed for alloy control specimens lacking gallium (TNZ-Si, p > 0.05).

As earlier debated in the Introduction, gallium antibacterial activity is strongly related to the inhibition of Fe-dependent pathways due to its ability to compete for the iron-binding sites uptake. However, ICP-OES analyses have failed to detect Ga3+ ions into the medium thus allowing the suggestion that ion release of these alloys is not effective (gallium is more tightly bound with intermetallic phases than in a Ga(NO3)3-like compound. Iron has a key role in the Fenton chemistry in the uptake. However, ICP-OES analyses have failed to detect Ga3+ pathways due to its ability to compete for the iron-binding sites activities that coordinate iron exchange.31 The direct impairment of the [4Fe−4S] clusters of proteins, which represents the cellular donor ligands that coordinate iron exchange.31 The direct impairment of the [4Fe−4S] clusters due to gallium presence results in the toxic release of additional Fenton-active Fe into the cytoplasm, thus leading to deadly ROS amount formation. In either case of the potential pathways of gallium, the effect observed has potential clinical relevance in suppressing bacterial biofilm formation on these alloys without use of antibiotics.

CONCLUSIONS

The study has confirmed that metallurgical addition of gallium even in small amounts (1−2% wt.) to titanium alloys have highly efficient antibacterial function without any visible cytotoxic effect. The presence of gallium within the metal matrix might ensure that antibacterial effect will persist for a long time, which might not be possible for gallium embedded in thin degradable coatings. Since gallium is metallurgically analogous to aluminum in titanium alloys, it might be easily used without affecting other alloy properties, also in the case when it has other elements like zirconium or silicon.

AUTHOR INFORMATION

Corresponding Author

*E-mail: michael.gasik@aalto.fi

ORCID

Michael Gasik: 0000-0002-5782-7987

Author Contributions

L.R. and M.G. co-shared authorship. M.G. was responsible for alloys preparation, microstructure and chemical-physical analysis; A.C., B.A., R.C, and L.R. were responsible for biological assays.

Notes

The authors declare no competing financial interest.

ACKNOWLEDGMENTS

Authors would like to thank A. Mazur for preparation of the alloys, M. Sc. L. Klemetinen for SEM analysis of the alloys, Dr. Y. Bilotsky (Seqvera Ltd., Finland) for design optimization of the alloys, and Dr. S. Andreoni for providing clinical isolates.

REFERENCES

(1) Smith, R. N.; Nolan, J. P. Central venous catheters. BMJ. 2013, 347, f6570.

(2) Gomez-Carretero, S.; Nybom, R.; Richter-Dahlfors, A. Electro-enhanced Antimicrobial Coating Based on Conjugated Polymers with Covalently Coupled Silver Nanoparticles Prevents Staphylococcus aureus Biofilm Formation. Adv. Healthcare Mater. 2017, 6, 1700435.

(3) Hall-Stoodley, L.; Costerton, J. W.; Stoodley, P. Bacterial biofilms: from the natural environment to infectious diseases. Nat. Rev. Microbiol. 2004, 2, 95.

(4) Gbejuade, H. O.; Lovering, A. M.; Webb, J. C. The role of microbial biofilms in prosthetic joint infections. Acta Orthop. 2015, 86, 147.

(5) Kapadia, B. H.; Berg, R. A.; Daley, J. A.; Fritz, J.; Bhave, A.; Mont, M. A. Periprosthetic joint infection. Lancet 2016, 387, 386.

(6) Kurtz, S. M.; Lau, E.; Watson, H.; Schmier, J. K.; Purvitz, J. Economic burden of periprosthetic joint infection in the United States. J. Arthroplasty 2012, 27, 61.

(7) Bacteria and viruses; Rogers, K., Ed.; Britannica Educat. Publ., 2011.

(8) An, Y. H.; Friedman, R. J. Concise review of mechanisms of bacterial adhesion to biomaterial surfaces. J. Biomed. Mater. Res. 1998, 43, 338.

(9) Percival, S. L.; Suleman, L.; Vuotto, C.; Donelli, G. Healthcare-associated infections, medical devices and biofilms: risk, tolerance and control. J. Med. Microbiol. 2015, 64, 323.

(10) Simchi, A.; Tamjid, E.; Pishbin, F.; Bocaccioni, A. R. Recent progress in inorganic and composite coatings with bactericidal capability for orthopaedic applications. Nanomedicine 2011, 7, 22.

(11) Metals for biomedical devices; Niinomi, M., Ed.; Woodhead Publ., 2010.
(12) Wu, Y.; Zitelli, J. P.; TenHuisen, K. S.; Yu, X.; Libera, M. R. Differential response of Staphylococci and osteoblasts to varying titanium surface roughness. *Biomaterials* 2011, 32, 951.

(13) Puleo, D. A.; Nanci, A. Understanding and controlling the bone-implant interface. *Biomaterials* 1999, 20, 2311.

(14) Gasik, M.; Braem, A.; Chaudhari, A.; Duyck, J.; Vleugels, J. Titanium implants with modified surfaces: meta-analysis of in vivo osteointegration. *Mater. Sci. Eng., C* 2015, C49, 152.

(15) Gasik, M.; Van Mellaert, L.; Pierron, D.; Braem, A.; Hofmans, D.; De Waelheyns, E.; Anné, J.; Harmand, M. F.; Vleugels, J. Reduction of biofilm infection risks and promotion of osteointegration for optimized surfaces of titanium implants. *Adv. Healthcare Mater.* 2012, 1, 117.

(16) Arciola, C. R.; Campoccia, D.; Speziale, P.; Montanaro, L.; Costerton, J. W. Biofilm formation in Staphylococcus implant infections. *Biomaterials* 2012, 33, 5967.

(17) Secinti, K. D.; Ozalp, H.; Attar, A.; Sargon, M. F. Nanoparticle silver ion coatings inhibit biofilm formation on titanium implants. *J. Clin. Neurosci.* 2011, 18, 391.

(18) Clement, J. L.; Jarrett, P. S. Antibacterial silver. *Metal Based Drugs* 1994, 1, 467.

(19) Bao, H.; Yu, X.; Xu, C.; Li, X.; Li, Z.; Wei, D.; Liu, Y. New toxicity mechanism of silver nanoparticles: promoting apoptosis and inhibiting proliferation. *PLoS One* 2015, 10, e0122535.

(20) Cochis, A.; Azzimonti, B.; Della Valle, C.; De Giglio, E.; Bloise, N.; Visai, L.; Cometa, S.; Rimondini, L.; Chiesa, R. The effect of silver or gallium doped titanium against the multidrug-resistant *Acinetobacter baumannii*. *Biomaterials* 2016, 80, 80.

(21) Chitambar, C. R. Gallium-containing anticancer compounds. *Future Med. Chem.* 2012, 4, 1257.

(22) Kaneko, Y.; Thoendel, M.; Olakanmi, O.; Britigan, B. E.; Singh, P. K. The transition metal gallium disrupts *Pseudomonas aeruginosa* iron metabolism and has antimicrobial and antibiofilm activity. *J. Clin. Invest.* 2007, 117, 877.

(23) Mazur, A. V.; Gasik, M.; Mazur, V. I. Microstructure formation in Ti-Si composite subjected to high temperature gradients. *Z. Metallkd.* 2004, 95, 377.

(24) Antonova, N. V.; Tretyachenko, L. A.; Ya, T.; Velikanova; Martisenyuk, P. S. TiAl−TiGa section of the Ti−Al−Ga system. *J. Alloys Compd.* 1998, 264, 167.

(25) Liu, Y.; Tedenac, J. C.; Su, X. P.; Wang, J. H. An updated thermodynamic modeling of the Ga−Ti system. *CALPHAD: Comput. Coupling Phase Diagrams Thermochem.* 2013, 41, 140.

(26) Mazur, A. V.; Gasik, M.; Mazur, V. I. Microstructure formation in Ti-Si composite subjected to high temperature gradients. *Z. Metallkd.* 2004, 95, 377.

(27) Antonova, N. V.; Tretyachenko, L. A.; Galadzhyb, O. P.; Velikanova, T. Y. Isothermal section of the Ti−Si−Ga system in the Ti-rich corner at 1350°C. *J. Alloys Compd.* 1998, 267, 167.

(28) Gasik, M.; Yu, H. Phase equilibria and thermal behaviour of biomedical Ti-Nb-Zr alloy; Proc. 17th Plansee Seminar; Plansee Corp.: Reutte, Austria, 2009; Vol. 1, 29.

(29) Lapointe, M. Iron supplementation in the intensive care unit: when, how much, and by what route? *Critical Care.* 2004, 8 (2), S37.

(30) Lemire, J. A.; Harrison, J. J.; Turner, R. J. Antimicrobial activity of metals: mechanisms, molecular targets and applications. *Nat. Rev. Microbiol.* 2013, 11, 371.

(31) Macomber, L.; Imlay, J. A. The iron-sulfur clusters of dehydratases are primary intracellular targets of copper toxicity. *Proc. Natl. Acad. Sci. U. S. A.* 2009, 106, 8344.